X-RAY DIFFRACTION AND MÖSSBAUER SPECTROSCOPY INVESTIGATIONS OF THE (Al, Ni, Co)-DOPED AgFeO$_2$ SYNTHESIZED BY HYDROTHERMAL METHOD

Karolina Siedliska

Lublin University of Technology, Department of Electronics and Information Technologies, Lublin, Poland

Abstract. Delafossites AgFeO$_2$, AgFe$_{0.9}$Al$_{0.1}$O$_2$, AgFe$_{0.9}$Ni$_{0.1}$O$_2$, and AgFe$_{0.9}$Co$_{0.1}$O$_2$ powders were synthesized by hydrothermal method. The structural analysis and hyperfine interactions investigations were performed by X-ray diffraction and the Mössbauer spectroscopy. It was found that the (Al, Ni, Co)-doped delafossite phases with traces of metallic silver can be obtained during hydrothermal synthesis. Investigations revealed that the type of the incorporated element has an impact on the structural properties of the obtained delafossites. However, doping of cobalt, nickel, and alumina ions to the AgFeO$_2$ delafossite structure does not cause significant changes in the values of the hyperfine interactions parameters. The of the Mössbauer spectra confirm the paramagnetic character of the obtained compounds at room temperature.

Keywords: delafossites, hydrothermal synthesis, X-ray diffraction, Mössbauer spectroscopy

BADANIA METODĄ DYFRAKCJI PROMIENIOWANIA X ORAZ SPEKTROSKOPII EFECTU MÖSSBAUERA AgFeO$_2$ DOMIESZKOWANEGO JONAMI Co, Ni i AI WYTWARZANEGO METODĄ HYDROTHERMALNĄ

Streszczenie. Praszkowe próbki delafosytów AgFeO$_2$, AgFe$_{0.9}$Al$_{0.1}$O$_2$, AgFe$_{0.9}$Ni$_{0.1}$O$_2$, and AgFe$_{0.9}$Co$_{0.1}$O$_2$ zostały wytworzono metodą hydrotermalną. Badania pozwalające na analizę strukturalną oraz oszacowanie parametrów oddziaływań nadsubtelnych przeprowadzono z wykorzystaniem dyfrakcji rentgenowskiej oraz spektroskopii efektu Mössbaura. Udowodniono, że za pomocą metody hydrotermalnej istnieje możliwość wytworzenia delafosytu AgFeO$_2$ domieszkanego jonami glinu, niklu i kobaltu z niewielką ilością zanieczyszczeń metalicznym srebrem. Badania wykazały, że rodzaj domieszki ma wpływ na właściwości strukturalne otrzymanych materiałów. Domieszkanie jednak nie wpłynęło znacząco na zmiany wartości parametrów oddziaływań nadsubtelnych. Kształt zarejestrowanych widm mössbauerowskich potwierdza paramagnetyzm otrzymanych materiałów w temperaturze pokojowej.

Słowa kluczowe: delafosyty, synteza hydrotermalna, dyfrakcja rentgenowska, spektroskopia mössbaurowska

Introduction

Delafossites are an interesting class of materials with a wide range of physical properties due to a variety of chemical compositions. They are described by the general formula of ABO$_2$, where A denotes monovalent cation of the semi-noble or the noble metal, i.e., Ag, Cu, Pd, or Pt. Site B may be occupied by trivalent cation of a transition metal element (e.g., Cr, Fe, Mn, Ni, Co) or b. p-block element (e.g., Al, Ga, In, Tl) or c. rare earth element (e.g., Sc, La, Nd, Eu) [11]. Delafossite structure is depicted as stacking of two alternated layers. The first one consists of slightly distorted edge-shared B$_2$O$_3$ octahedra, the latter one is a monovalent layer of the closed-packed A$^+$ ions. Linear coordination of A$^+$ by two oxygen atoms along the c-axis leads to interlinkage of the adjacent BO$_2$ layers, where each oxygen is coordinated by four cations (one in the A-position and three in the B-site). Considering the stacking pattern of the alternated layers, the delafossite structure can form two polytypes, i.e., rhombohedral 3R type (space group R-3m) and hexagonal 2H polytype (space group I6/mmc) [15]. To date, numerous ABO$_2$ compounds have been reported with high p-type conductivity (10$^{-2}$–10$^{-3}$ S cm$^{-1}$) and high optical transparency (50%–85%), dependent on their chemical compositions and film deposition method [16]. These delafossite oxides could play important role in diverse photoelectronic and photoelectrochemical applications, such as field electron emitters, light-emitting diodes, solar cells, photocatalysts, functional windows, etc. [1].

Recently, much attention has been paid to developing new magnetic materials, e.g., multiferroics, diluted magnetic semiconductors, or magneto-optic materials [8, 13]. Delafossites also seem to be promising candidates for these purposes. Iron-based compounds, with the general formula AFeO$_2$ (where A denotes Ag or Cu elements), exhibit quite exotic magnetic properties. Below the Néel temperature, they have a complicated magnetic structure caused by frustrated exchange interactions induced by the triangular lattice system of Fe ions. This type of spins arrangement is responsible for inducing ferroelectric polarization, which can be described by the inverse Dzyaloshinskii-Moriya effect [9]. It is the reason, that both iron-based compounds, AgFeO$_2$, and CuFeO$_2$ are identified as multiferroics in the low temperature regime. Nevertheless, due to difficulties with the preparation of high-quality samples, the explaining of the iron-based delafossites properties is still the open question.

Modification of the delafossite properties can be realized by the ion substitution of trivalent B$^{3+}$ cation [12, 19]. Recently, it was reported that the nickel doping of silver ferrite enhances significantly the AgFeO$_2$ catalytic activity [21]. Likewise, the cobalt doping in copper delafossites induces interesting phenomena. Dong et. al synthesized thin films of cobalt doped transparent CuAlO$_2$ semiconductors which exhibited weak ferromagnetism at room temperature [3]. Elkhouni et al. presented several papers devoted to the cobalt substitution of the CuCrO$_2$ and proved that the incorporation of the magnetic ions can induce new spin ordering and enhance magnetization [5, 6]. Wheatley et al. showed that the addition of the diluted amounts of Al to the CuFeO$_2$ host greatly improves samples conductivity [20].

To our knowledge, studies of AgFeO$_2$ delafossite doped with different ions at Fe position have been carried out only by several researchers (e.g., doping Cr to AgFeO$_2$ reported in [4]). Therefore, the lack of experimental data motivates further studies on the incorporation of the Al, Ni, and Co ions into the delafossite structure. Recognizing the structural properties of the doped AgFeO$_2$ will enrich knowledge about new delafossite family members and give information over possibilities of modifications of their physical properties in purpose to obtain advanced materials.

In this work, we synthesized AgFeO$_2$, AgFe$_{0.9}$Al$_{0.1}$O$_2$, AgFe$_{0.9}$Ni$_{0.1}$O$_2$, and AgFe$_{0.9}$Co$_{0.1}$O$_2$ samples by the hydrothermal method. The main goal of this study was to determine the impact of doping on the structural properties and hyperfine interactions parameters. The materials were characterized by X-ray diffraction and Mössbauer spectroscopy.

1. Experimental methods

The samples of AgFeO$_2$, AgFe$_{0.9}$Al$_{0.1}$O$_2$, AgFe$_{0.9}$Ni$_{0.1}$O$_2$, and AgFe$_{0.9}$Co$_{0.1}$O$_2$ were synthesized by the hydrothermal method. All of the chemicals were purchased with analytical grade...
and used without further purification. As started reagents nitrates Ag(NO₃), Fe(NO₃)₃·9H₂O, Al(NO₃)₃·9H₂O, Ni(NO₃)₂·6H₂O, Co(NO₃)₂·6H₂O and NaOH were utilized. Firstly, the pure silver ferrite was synthesized. The iron and silver nitrates were dissolved in distilled water in the molar ratio of 1:1. Then, the NaOH solution was added slowly until the pH~12 was reached. Afterward, the obtained solution was stirred for 15 minutes to obtain a homologous precursor. Then the prepared precursor was transferred into a 100-mL Teflon-lined stainless-steel autoclave and placed into an oven at 180°C for 24 h. After cooling to room temperature, the brownish precipitate was collected and washed with deionized water and absolute ethanol several times. Finally, the product was dried in an oven at 100°C overnight to achieve AgFeO₂ powder.

For the purpose to obtain AgFe₀.₉Al₀.₁O₂, AgFe₀.₉Ni₀.₁O₂, and AgFe₀.₉Co₀.₁O₂ similar procedure was employed. The only difference was in the molar ratios of the starting reagents, which followed the formulas of the compounds listed above.

X-ray diffraction (XRD) studies were performed using a PanAlitica X’Pert Pro diffractometer working with a Cu lamp. For the phase and structural analysis, the X’Pert HighScore Plus software equipped with the ICDD PDF2 database was used. Micro-Raman spectra (MS) were registered at room temperature using a Polon spectrometer working in a transmission geometry and at constant acceleration mode. As a source of 14.4 keV gamma radiation of the ⁶⁰Co in a rhodium matrix was used. All values of the isomer shift within this paper are related to the α-Fe standard.

2. Results and discussion

Figure 1 shows the XRD patterns of AgFeO₂, AgFe₀.₉Al₀.₁O₂, AgFe₀.₉Ni₀.₁O₂, and AgFe₀.₉Co₀.₁O₂ powders registered at room temperature. In the case of an un-doped sample of AgFeO₂, in the pattern only peaks characteristic for the silver ferrite phase are visible. It confirmed the purity of the delafossite phase. Comparison of the results with database standards corresponding to the hexagonal polytype 2H-AgFeO₂ (PDF2 Card No. 01-075-2147) and rhombohedral 3R-AgFeO₂ (PDF2 Card No. 00-029-1141) proved that the mixture of both phases was obtained.

The lattice parameters for the un-doped sample were determined from the diffractograms, and they were as follows: a = 3.039(1) Å and c = 12.390(1) Å for 2H polytype, and a = 3.039(1) Å and c = 18.588(5) Å for 3R polytype. Parameters are comparable for all studied Al, Ni, and Co-doped silver ferrites. Their values are slightly higher in comparison to the results obtained in our work for AgFeO₂ synthesized by the co-precipitation method [17]. Moreover, the significant anisotropic broadening of diffraction lines observed in the case of co-precipitated materials is not seen now in XRD patterns registered for AgFe₀.₉Al₀.₁O₂ and AgFe₀.₉Co₀.₁O₂ (Fig. 1). It can mean a better level of crystallinity of the hydrothermally synthesized materials and a lower amount of defects in the crystalline structure in comparison to co-precipitated powder samples of AgFeO₂.

In the case of AgFe₀.₉Al₀.₁O₂, AgFe₀.₉Ni₀.₁O₂, and AgFe₀.₉Co₀.₁O₂ samples additional peaks, marked as pallicic silver, are visible in the diffractograms (Fig.1). Similarly, as it was reported in [17] for the AgFe₀.₉Co₀.₁O₂ (x = 0–0.2) series of samples synthesized by the co-precipitation method there were no peaks indicated another impurity phase. The absence of the CoO, NiO, and Al₂O₃ oxides can prove that our attempt the replacing the Fe ions with Al, Ni, and Co ions in the delafossite structure was realized successfully.

Bringing the assumption that B⁴⁺ should replace Fe³⁺ ions during substitution, the appearance of metallic silver is quite unexpected. Nevertheless, because cobalt(II) nitrate and nickel(II) nitrate were used as starting chemicals during synthesis, we postulate that in our case trivalent iron ions were substituted by divalent cobalt and nickel ions. This assumption may explain the appearance of metallic silver as a secondary phase in the case of the AgFe₀.₉Ni₀.₁O₂ and AgFe₀.₉Co₀.₁O₂ samples. The lower valence of cobalt and nickel ions than Fe³⁺ may be the reason for the emergence of oxygen vacancies in the octahedral layer, which at the same time causes the lack of oxygen in some linear bonds O–Ag–O. Similar interpretations were reported in [2, 7] where the substitutions of B-site trivalent ions in CuBO₂ delafossites by cations like Co³⁺, Sn⁴⁺ induced the appearance of the secondary phases like CuO oxide during the synthesis process. Thus, obtained results suggest that the substituting ions were rather Co³⁺ and Ni²⁺ than trivalent ions and obtained powders are non-stoichiometric compounds with oxygen deficiency described by formulas AgFe₀.₉Ni₀.₁O₂ and AgFe₀.₉Co₀.₁O₂.

Nevertheless, the above assumptions can not explain the appearance of the silver impurities in the case of AgFe₀.₉Al₀.₁O₂. The valence of both B-site ions is +3, so we can not assume the oxygen deficiencies. A possible explanation can be taken from Zwierer et. al [22]. They conducted comprehensive studies on the synthesis of AgAlO₂ under hydrothermal conditions and found that only optimized reaction conditions allow obtaining pure phase AgAlO₂ (temperature 210°C, reaction time 30 h). According to this work, the presence of the Ag by-product might be connected with the limited stability of the delafossite phase under the hydrothermal reaction conditions. Because of the lack of literature data confirmed these findings, we conclude that the appearance of the small amount of metallic silver in the AgFe₀.₉Al₀.₁O₂ sample might be connected with the complexity of the hydrothermal reaction in general and this problem needs further studies.

Moreover, the shapes of the diffractograms for particular samples are quite different. For AgFeO₂, diffraction lines are sharp and well separated. The original shape is more or less maintained for samples doped with nickel and cobalt ions, but the intensities of particular peaks are quite different. It may be connected with the appearance of some strains of the crystalline structure induced by the introduction to the structure ions with different values of radii at B position (Fe³⁺ – 0.645Å, Ni²⁺ – 0.69Å, Co²⁺ – 0.745Å, Al – 0.535Å) [14].
For the sample AgFeO$_2$Ni$_{0.1}$O$_2$, significant anisotropic broadening of diffraction lines is observed. It may be seen that only peaks belonging to the (00l) family are sharp and well separated, but the peaks connected with the (10l) are much more broadened. It suggests that crystallite sizes ranged from a few to several dozen nm. Similar results were observed for co-precipitated AgFeO$_2$ in [18], where the shape of the spectra suggested that the powder particles have an elongated shape in the one crystallographic direction.

It is also worth mentioning that all the samples are a mixture of two polytypes, 2H and 3R. In the case of the un-doped sample, the polytype content was estimated to be as follows: 2H – 5%, and for 3R – 95%. Likewise, for the AgFe$_{0.9}$Al$_{0.1}$O$_2$ and AgFe$_{0.9}$Co$_{0.1}$O$_2$ the rhombohedral polytype is the dominating phase. However, for AgFe$_{0.9}$Ni$_{0.1}$O$_2$ it has been estimated that the ratio of the two polytypes is approximately 1:1. Hence, one can conclude, that the type of doped ions also has an impact on the phase composition of the obtained sample.

![Fig. 2. Room-temperature Mössbauer spectra of the AgFeO$_2$, AgFe$_{0.9}$Al$_{0.1}$O$_2$, AgFe$_{0.9}$Ni$_{0.1}$O$_2$, and AgFe$_{0.9}$Co$_{0.1}$O$_2$ samples](image)

Results of the Mössbauer spectroscopy studies are presented in Fig. 2 and Table I. All the Mössbauer spectra registered at room temperature for the investigated samples consist of one quadrupole doublet corresponding to the delafossite phase. It confirms their paramagnetic character. The obtained hyperfine interactions parameters are summarized in Table 1. Values of isomer shifts ($\delta$) and quadrupole splitting ($\Gamma$) are similar for all investigated samples and are in good agreement with literature data reported for the AgFeO$_2$ compound [10]. It is worth to mention that the numerical fitting of Mössbauer spectra was made by one component despite 3R and 2H polytypes coexisting in the material. This is because $^{57}$Fe ions have the same nearest neighborhood in both structures, namely iron ions have 6 oxygen ions in the first, 6 iron ions in the second, and 6 silver ions in the third coordination sphere. Moreover, the interatomic distances between iron and the nearest neighbors are practically the same for both polytypes [18]. Thus, the well-resolved doublet with the value of the isomer shift 0.362(1) mm/s seen in MS spectra registered for un-doped sample confirms the existence of high-spin Fe$^{3+}$ ions in an octahedral oxygen environment. The values of isomer shift determined for the AgFe$_{0.9}$Al$_{0.1}$O$_2$, AgFe$_{0.9}$Ni$_{0.1}$O$_2$, and AgFe$_{0.9}$Co$_{0.1}$O$_2$ samples confirm that only high-spin Fe$^{3+}$ ions in the octahedral coordination are present in the studied materials. Rather high values of the quadrupole splitting mean that a strong electric field gradient (EFG) occurs in the Fe$^{3+}$ position in the crystalline lattice.

Moreover, some changes in the ions in delafossite lattice. Secondary products suggest that Co$^{2+}$ and Ni$^{2+}$ substitute Fe$^{3+}$ ions in delafossite lattice. The presence of metallic silver in the AgFe$_{0.9}$Al$_{0.1}$O$_2$ sample can be explained under the assumption of the complexity of the hydrothermal process. Moreover, some changes in the AgFeO$_2$ structure depending on the type of the incorporated ion were seen.

The Mössbauer spectroscopy studies revealed no distinct changes in the values of hyperfine interactions parameters. They confirm the paramagnetic character of the obtained samples at room temperature. Obtained results suggest that the hydrothermal synthesis causes the random distribution of the incorporated ions in the silver ferrite structure.

### Acknowledgments

The author wants to thank prof. Elżbieta Jarytch for Her support and fruitful discussions, dr Rafał Panek for carrying out the X-ray diffraction measurements, and dr Tomasz Pikula for helping in the interpretation of the XRD results.

### Table 1. The results from the fitting of the Mössbauer spectra registered at room temperature: $\delta$ – isomer shift, $\Gamma$ – quadrupole splitting, $\Gamma$ – width of spectral lines. The uncertainty of all values is 0.001 mm/s

| Sample          | $\delta$ (mm/s) | $\Gamma$ (mm/s) | $\Gamma$ (mm/s) | $\chi$ |
|-----------------|-----------------|-----------------|-----------------|--------|
| AgFeO$_2$       | 0.362           | 0.658           | 0.159           | 0.89   |
| AgFe$_{0.9}$Al$_{0.1}$O$_2$ | 0.366           | 0.676           | 0.145           | 0.95   |
| AgFe$_{0.9}$Ni$_{0.1}$O$_2$ | 0.360           | 0.666           | 0.156           | 1.26   |
| AgFe$_{0.9}$Co$_{0.1}$O$_2$ | 0.363           | 0.668           | 0.160           | 1.12   |

### 3. Conclusions

Delafossite AgFeO$_2$, AgFe$_{0.9}$Al$_{0.1}$O$_2$, AgFe$_{0.9}$Ni$_{0.1}$O$_2$, and AgFe$_{0.9}$Co$_{0.1}$O$_2$ fine powders were successfully synthesized by hydrothermal method. The XRD study proved the obtaining of (Al, Ni, Co)-doped delafossite phases with traces of metallic silver as the secondary phase. In the case of AgFe$_{0.9}$Ni$_{0.1}$O$_2$ and AgFe$_{0.9}$Co$_{0.1}$O$_2$, the lack of cobalt and nickel-containing secondary products suggests that Co$^{2+}$ and Ni$^{2+}$ substitute Fe$^{3+}$ ions in delafossite lattice. The presence of metallic silver in the AgFe$_{0.9}$Al$_{0.1}$O$_2$ sample can be explained under the assumption of the complexity of the hydrothermal process. Moreover, some changes in the AgFeO$_2$ structure depending on the type of the incorporated ion were seen.
References

[1] Abdelhamid H. N.: Delafossite Nanoparticle as New Functional Materials: Advances in Energy, Nanomedicine and Environmental Applications. Materials Science Forum 832, 2015, 28–53.

[2] Daniel U., Dubci A., Juliana S., Miclau M.: Photovoltaic Performance of Co-Doped CuCrO2 for p-Type Dye-Sensitized Solar Cells Application. Energy Procedia 112, 2017 497–503.

[3] Dong C. J., Yu W. X., Xu M., Cao J. J., Zhang Y., Chna Y. H., Wang Y. D.: Evidence of Room Temperature Ferromagnetism in Co-Doped Transparent CuAlO2 Semiconductor. Journal of Alloys and Compounds 512, 2012 195–98.

[4] El-Baassawy A. A. H., Abdelgadir H. K.: Attractive Improvement in Structural, Magnetic, Optical, and Antimicrobial Activity of Silver Delafossite by Fe/Cr Doping. Journal of Superconductivity and Novel Magnetism 31, 2018, 3691–3703.

[5] Elkhoumi T., Amami M., Colin C. V., Strobel P., Salah A. B.: Synthesis, Structural and Magnetic Studies of the CuCr1-xAlxO2 Delafossite Oxide. Journal of Magnetism and Magnetic Materials 330, 2013, 101–105.

[6] Elkhoumi T., Amami M., Colin C. V., Salah A. B. Structural and Magnetoelectric Interactions of (Ca, Mg)-Doped Polycrystalline Multiferroic CuFeO2. Materials Research Bulletin 53, 2014, 151–57.

[7] Gall R. B., Ashmore N., Marquardt M. A., Tan X., Cann D. P.: Synthesis, Microstructure, and Electrical Properties of the Delafossite Compound CuGaO2. Journal of Alloys and Compounds 391, 2005, 262–66.

[8] Khomskii D. I.: Classifying Multiferroics: Mechanisms and Effects. Physics 2, 2009, 1–7.

[9] Khomskii D. I.: Ferroelectrics, Magnetoelectrics, and Multiferroics. In Transition Metal Compounds. Cambridge University Press, Cambridge 2014, 269–309.

[10] Plessiakov I., Rusakov V., Sobolev A., Garchka A., Matsnev M., Belik A. A.: 57Fe Mössbauer Study of New Multiferroic AgFeO3. Hyperfine Interactions 226, 2014, 41–50.

[11] Pozne C., Robert D. S., Rogers D. B.: Chemistry of Noble Metal Oxides. II. Crystal Structures of Platinum Cobalt Dioxide, Palladium Cobalt Dioxide, Copper Iron Dioxide, and Silver Iron Dioxide. Inorganic Chemistry 10, 1971, 719–723.

[12] Ray S., Gupta V., Sarma L., Kush P., Nag J., Suppa S.: Tuning the Electronic and Magnetic Properties of CuAlO2 Nanocrystals Using Magnetic Dopants. ACS Omega 3, 2018, 509–513.

[13] Satoh K., Katayama-Yoshida H.: First Principles Materials Design for Semiconductor Spintronics. Semiconductor Science and Technology 17, 2002, 367–76.

[14] Shannon R. D.: Revised Effective Ionic Radii and Systematic Studies of Interatomic Distances in Halides and Chalcogenides. Acta Crystallographica: Section A 32, 1976 751–767.

[15] Shannon R. D., Rogers D. B., Prewitt C. T.: Chemistry of Noble Metal Oxides. I. Syntheses and Properties of ABO3 Delafossite Compounds. Inorganic Chemistry 10, 1971, 713–718.

[16] Sheets W. C., Stampfler E. S., Bertoni M. I., Sasaki M., Marks T. J., Mason T. O., Poeppelmeier K. R.: Silver Delafossite Oxides. Inorganic Chemistry 47, 2008, 2696–2705.

[17] Siedliska K., Pikula T., Prams W., Jartych E.: X-Ray Diffraction and 57Fe Mössbauer Spectroscopy Studies of Co-Doped AgFeO2. Acta Physica Polonica A 134, 2018, 1040–1043.

[18] Siedliska K., Pikula T., Surowiec Z., Choicy K., Jartych E.: X-ray Diffraction and 57Fe Mössbauer Spectroscopy Studies of Delafossite AgFeO2 Prepared by Co-Precipitation Method. Journal of Alloys and Compounds 690, 2017, 182–188.

[19] Taddé C., Kamwanna T., Amornkabunrung V.: Characterization of Transparent Superconductivity Fe-doped CuO2 Delafossite Oxide. Applied Surface Science 380, 2016, 237–242.

[20] Wheatley R. A., Roble M., Gence L., Acuna C., Rojas-Aedo R., Hidalgo-Rojas D., Guzman-De La Creda D. E., Vojkovic S., Seifert B., Volkmann U. G., Diaz-Drogue D. E.: Structural, Optoelectronic and Photo-Thermoelectric Properties of Crystalline Alloy CuAl2Fe3O5 Delafossite Oxide Materials. Journal of Alloys and Compounds, 2020, in press.

[21] Zhao Y., An H., Dong G., Feng J., Wei T., Ren Y., Ma J.: Oxygen Vacancies Induced Heterogeneous Catalysis of Peroxymonosulfate by Ni-Doped AgFe2O3 Materials: Evolution of Reactive Oxygen Species and Mechanism. Chemical Engineering Journal 388, 2020, 124371.

[22] Zwiener L., Jones T., Wolf E. H., Gergides F., Plodinec M., Klyushin A. Y., Willinger E., Rosowski F., Schogl R., Frei E.: Synthesis and Characterization of Ag-Delafossites AgBO3 (B: Al, Ga, In) from a Rapid Hydrothermal Process. European Journal of Inorganic Chemistry 18, 2019, 2333–2345.

M.Sc. Karolina Siedliska

e-mail: k.siedliska@pollub.pl

Karolina Siedliska is a graduate of the Lublin University of Technology. Currently works in the Department of Electronics and Information Technologies. She is also a Ph.D. candidate at the Electronic Engineering and Computer Sciences Faculty. Her scientific activities include the synthesis of magnetic materials and their characterizations.

https://orcid.org/0000-0002-2740-8132

otrzymano/received: 1 10 2020

przyjęto do druku/accepted: 10 12 2020